Determination of Fiber Laser Cutting Parameters Taking Into Account the Distribution of the Laser Beam in the Material

Igor Petrovich Balabanov¹, Niyaz Rifkatevich Gabbasov², Olga Nikolaevna Balabanova¹

¹Ph.D. (Associate Professor), Naberezhnye Chelny Institute (branch), KFU / Higher School of Engineering / Department of Information Technologies and Energy Systems / Department of Automation and Management, Scopus Author ID: 56069 984100, https://orcid.org: 0000-0002-3183-7843

²Master student, gr. 2191345, Naberezhnye Chelny Institute (branch), KFU / Higher School of Engineering / Department of Information Technologies and Energy Systems / Department of Automation and Management, Scopus Author ID: uem, https://orcid.org: 0000-0002-7306-5337

³Associate Professor, Ph.D., Naberezhnye Chelny Institute (branch), KFU / Higher School of Economics and Law / Department of Economics / Department of Economics of Enterprises and Organizations, Scopus Author ID: 56275 532200, https://orcid.org: 0000-0001-8967-931X

Abstract

The metal cutting speed determines the productivity of laser technological devices [1, 2, 3]. An essential characteristic of the metal cut quality evaluation is the value of the side wall roughness of the cut Rz [2, 3, 4, 9]. Also, the nature of the cut changes with depth. This means that the final roughness also changes. Laser cutting makes it possible to obtain finished parts without subsequent finishing, and the recommendations of technologies for industrial laser machines based on CO2 lasers contain the conditions of high-quality cutting for a wide range of materials [2,4,7,8]. This article covers setting up a fiber laser. It is assumed that effective channeling of the laser beam stops at a certain depth. The laser beam is scattered at large angles and absorbed by the material walls [5, 6]. Experiments have shown that scattering occurs at the depths comparable to the laser wavelength and inhomogeneities of the material being processed. Of course, it is worth considering the laser settings and the material being cut. It was assumed that at the appropriate depth, when the channeling of the laser beam is stopped, the material melts due to the incandescent gas jet and the thermal conductivity of the metal. The article also presents the calculation of fiber laser parameters to ensure the minimum divergence of roughness at the entire depth of metal cut. The results of the work were tested at the existing production.

Keywords: Laser, laser cutting of metal, CO2 laser, laser calculation

1. INTRODUCTION

Various factors have been considered in detail by the literature, that can affect the quality of gas-laser cutting and the depth of metal penetration during laser welding [1, 3, 9, 10]. These include: microinstabilities (thermocapillary, Rayleigh-Taylor, capillary-evaporation, capillary-wind), formation of a “step” at the front of penetration and cut, instability of the film boundary layer flow of the melt, etc. Let's note that many authors consider it is necessary to mention the great complexity processes within the laser cut and consequent difficulties during the attempts to interpret the experimental results unambiguously [5, 6, 7, 8, 9]. In this work, the goal was to identify the optimal modes of laser cutting for finished part obtaining.

2. METHODS

Choosing the right laser cutting speed and power is the main criterion for the production of sheet metal parts [10]. The formulas for calculation the optimal cutting speed are presented below [11, 12].

Figure 1 shows the side surface of mild steel cut with the thickness of 5 mm, made using an LS-3.5 fiber laser manufactured by NTO IRE-Polyus. The laser is equipped with a transport fiber the core diameter of which is 100 µm and is characterized by the quality parameter of the output beam M2 = 13.5. The cut was obtained using OPTOSKAND optical head. This head has a collimating lens with fc = 120 mm and a focusing lens with ff = 200 mm. The corresponding focal spot had the diameter d = 190 µm and the focus depth ZR = 2 mm. The laser power was 3.5 kW, air was the cutting gas. The cutting was carried out at the speed of 3 m/min.

Fig. 1: Side cutting surface of low-carbon steel
The arrow marks the depth below which the character of the cut changed significantly. Similar patterns of cuts are observed when they use CO2 lasers [14, 15].

It can be assumed that the effective channeling of the laser beam inside the cut stops at the corresponding depth, the beam is scattered at large angles and absorbed by the side walls. The material below the arrow heats up and melts not due to the direct action of laser radiation, but mainly due to the incandescent gas jet and the thermal conductivity of the metal. Scattering can occur at inhomogeneities comparable to the laser wavelength, which arise due to the above-mentioned microinstabilities, which have very large growth increments. Since laser beams, including multimode ones, are always partially coherent, the start to the development of inhomogeneities can be given by the interference between the central part of the beam and its periphery, which is reflected from the cut walls. Interference causes spatial modulation of the radiation intensity within the cut and the corresponding non-uniformity of the radiation effect on the material.

![Fig. 2: Longitudinal section of an axisymmetric laser beam](image)

Let’s consider this interference in a simple model. Let’s use the accepted generalized description of laser beams.

Fig. 2 shows a longitudinal section of an axisymmetric laser beam propagating along the z axis with the waist at the point z = 0. The boundary of the laser beam (at the intensity level 1/e2) is the hyperboloid of revolution, the angle \( \theta \) determines the beam divergence in the far zone. The dependences of the laser beam radius \( w \) and the radius of curvature of its wavefront \( R \) on \( z \) are described by the following formulas [17, 18]:

\[
w(z) = w_0 \left[ 1 + \left( \frac{M^2 \lambda}{\pi w_0^2} \right)^2 \right]^{1/2} \quad (1)
\]

\[
R(z) = z \left[ 1 + \left( \frac{\pi w_0^2}{M^2 \lambda} \right)^2 \right] \quad (2)
\]

Here \( \lambda \) is the radiation wavelength, the dimensionless parameter \( M^2 \geq 1 \) characterizes the deviation of the laser beam from the ideal Gaussian (\( M^2 = 1 \) for the latter) and determines the "focusing" of the laser beam, that is, the radius \( w_0 \) in the waist (exact focus of the lens) according to the formula

\[
w_0 \theta = \frac{M^2 \lambda}{\pi} \quad (3)
\]

The focus depth or, as it is often called, the waist length, that is, the length at which the beam diameter changes \( \sqrt{2} \) times, is characterized conveniently as the so-called Rayleigh length \( z_R \) (see Fig. 2):

\[
Z_R = \frac{\pi w_0^2}{M^2 \lambda} \quad (4)
\]

The waist length is twice the \( z_R \) value. Figure 3 schematically shows the propagation of a laser beam inside the cut [21, 22, 24]. The maximum metal thickness for which a "clean" cut is possible is denoted as \( x_0 \). The constriction of the cutting radiation is located on the surface of the material.

![Fig. 3: Propagation of the laser beam inside the cut](image)
inhomogeneities arising from the interference do not lead to scattering at large angles and a "clean" cut of the material with the thickness \(x_0\) is possible.

Since \(k_2 = \pi 0.2\), it is easy to obtain the following expression from the formulas (3), (4) [23]:

\[
\chi_0 = \frac{k\pi (\pi v_0^2)}{M^2 (M^2 \lambda)} = \frac{k\pi}{M^2} \frac{Z_R}{2} \tag{5}
\]

Thus, under the assumption of the interference nature of the effects that lead to the limitation of radiation penetration depth into the cut, the limiting depth of the "clean" cut is proportional to the focus depth and is inversely proportional to the parameter \(M_2\), which determines the initial quality of the laser beam.

We will try to determine the dimensionless coefficient \(k\) included in the formula from the known experimental data.

From the album of technologies for the "Trumpf" complex based on CO2 laser (\(\lambda = 10.6 \mu m\)) with the power of 3.2 kW, and a beam at the output close to an ideal Gaussian beam (\(M_2 = 1.1\)) with the 20 mm diameter at the focusing lens, with a focal length of the lens \(f = 180\) mm, the maximum thickness of mild steel makes 15 mm, for which a clean oxygen cut with the same \(R_2\) value over the entire lateral surface is possible. For these parameters, we have the following at the lens focus: \(\Phi = 0.056\) rad, \(w_0 = 0.067\) mm, \(z_R = 1.2\) mm. Then we obtain \(k \sim 4.4\) from the expression (5).

For the aforementioned fiber laser LS-3.5 with an optical head, collimator and objective focal lengths, respectively, \(f_c = 120\) mm and \(f_f = 200\) mm, at which the parameters in the focus are the following: \(\Phi = 0.048\) rad, \(w_0 = 0.096\) mm, \(z_R = 2\) mm, - the same \(R_2\) value along the entire height, corresponding to a "clean" cut, was obtained for mild steel with the thickness up to 3 mm. Substituting these values into (5), we obtain \(k \sim 6.5\).

Although the formula (5) is of an approximate nature and does not take into account a number of effects associated with the formation of a gas jet and the position of the waist relative to the material surface, the values of the coefficient \(k\) obtained for different types of lasers and the thicknesses of the processed material differing 5 times turned out to be close (if we take the average value, the deviation is within \(\pm 20\%\)).

On the whole, the validity of the expression (5) was confirmed in the experiments known to us on operating devices with fiber lasers in Nizhny Novgorod (2 kW) and Dubna (1 kW), where the lasers with a transport fiber of 50 \(\mu\)m are used (the corresponding value is \(M_2 = 6.5\)).

As can be seen from the relation (5), for a given width of cut, determined by the size of the beam in the waist \(2w_0\), the depth of focus, and hence the depth of the "clean" cut, is inversely proportional to the radiation wavelength \(\lambda\), that is, other things being equal, a laser with a shorter wavelength should provide a great depth of "clean" cut. But the depth of the "clean" cut depends on the optical quality of the beam \(M_2\) - with a fixed cut width even more strongly than on the wavelength, the dependence is inverse quadratic. This is related to the significantly lower value of the "clean" cut obtained by us during the experiments with a fiber laser in comparison with similar data for a single-mode CO2 laser of the same power. To increase the thickness of the processed materials, it is necessary to improve the quality of laser beams [28]. So, when they use a fiber laser with a transport fiber and a core diameter of 50 \(\mu\)m (\(M_2 = 6.5\)) instead of 100 \(\mu\)m (\(M_2 = 13.5\)) with the same waist diameter of about 0.2 mm, the maximum thickness of a "clean" cut will be 13 mm ... Single-mode fiber lasers are even more efficient in this respect [29, 30]. True, single-mode fiber lasers with an output power of less than 1 kW are currently commercially available.

We present an additional useful relationship for technologists using fiber lasers.

\[
\chi_0 = \frac{k\lambda}{a^2} \left(\frac{f_f}{f_c}\right)^2 \tag{6}
\]

That is, the depth of the clean cut is determined only by the square of the lens focal point ratio in the optical head and does not depend on the diameter of the used transport fiber. The dimension factor in front of the brackets is \(\sim 1\) mm. Note that for a single-mode laser and single-mode transport fiber \(2a = 0.1\) rad and this coefficient is \(\sim 3\) mm.

3. RESULTS AND DISCUSSION

Based on the results of our experiments, it is possible to draw a preliminary conclusion about the inverse proportionality of a high-quality cut speed to the material thickness, all other things being equal (for a given laser power, the transport fiber diameter, and the optical head characteristics).
On the other hand, the cutting speed is directly proportional to the radiation power density on the material, that is, with equal characteristics of the optical head, it is inversely proportional to the square of the transport fiber diameter.

4. SUMMARY

The results of the experiments showed that effective channeling of the laser beam stops at a certain depth. The laser beam is scattered at large angles and absorbed by the walls of the material. It is shown that at the corresponding depth, when the channeling of the laser beam is stopped, the material melts due to the incandescent gas jet and thermal conductivity of the metal. The experiments have shown that scattering occurs at the depths comparable to the laser wavelength and inhomogeneities of the material being processed. Of course, it is worth considering the laser settings and the material being cut. The article also presents the calculation of fiber laser parameters to ensure the minimum divergence of roughness at the entire depth of metal cut. The work performed provides the calculation basis for choosing the fiber laser type and parameters, based on the specific conditions of their use in technological systems. The results of the work were tested in the existing production.

ACKNOWLEDGEMENTS.

The work is performed according to the Russian Government Program of Competitive Growth of Kazan Federal University. Thanks to Kazan Federal University for the initial knowledge in the field of metalworking.

REFERENCES

[1] Grigoryants A.G. Technological processes of laser processing: Textbook for universities / I.N. Shiganov, A.I. Misyurov; ed. by A.G. Grigoryants; - M.: Publishing house of MSTU named after N.E. Bauman, 2006. - 664 p.

[2] Zuev I.V. Processing of materials with concentrated energy flows. - M.: Publishing house of MEI, 1988.

[3] Grigoryants A.G., Shiganov I.N. Equipment and technology of material laser processing. M.: Higher school, 1990.

[4] Materials Science: Textbook for universities / B.N. Arzamasov, V.I. Makarova, G.G. Mukhin and others; Ed. by B.N. Arzamasov, G.G. Mukhin. - 3rd ed., rev. and add. - M.: Publishing house of MSTU named after N.E. Bauman, 2001.

[5] Romanets V.A. New metal production processes: state and prospects / V.A. Romanets // Metallurg. 2001. - No. 11. p. 12.

[6] Vinogradov B.A., Gavrilenko V.K., Libenson M.N. Theoretical foundations of laser radiation effect on materials: Textbook for universities. - Blagoveshchensk: Blagoveshchens. polytech. institute, 19931

[7] Vedenov A.A., Gladush G.G. Physical processes in laser processing of materials. - M.: Energoatomizdat, 1985.

[8] Laser technology and equipment: Textbook for universities. In 7 books. / Ed. by A.G. Grigoryants. Book 5: A.G. Grigoryants, I.N. Shiganov. Laser welding of metals. - M.: High school, 1988.

[9] Gureev D.M., Yamschikov S.V. Fundamentals of laser physics and laser processing of materials: Textbook. - Samara: Publishing house of Samara State University, 2001.

[10] Technological lasers: Handbook; In 2 volumes. V. 1: Calculation, design and operation / G.A. Abilisitov, V.S. Golubev, V.G. Gontar and others; Ed. by G.A. Abilisitov. - M.: Mechanical Engineering, 1991.

[11] R.M. Khusanov, A.N. Golovko, S.M. Petrov, S.Y. Yurasov, I.P. Balabanov, V.A. Grechishnikov, V.B. Romanov and P.M. Pivkin, Selecting optimal cutting tools for lathes. Russian Engineering Research, 37(4) (2017) 351-353. DOI: 10.3103/s1068798x17040128

[12] Technological lasers: Handbook; In 2 volumes. V. 2: Automation systems. Optical systems. Measurement systems / G.A. Abilisitov, V.G. Gontar, A.A. Kolpakov and others; Ed. by G.A. Abilisitov. - M.: Mechanical Engineering, 1991.

[13] Baltuška, A., et al. "All-Solid-State Cavity-Dumped Sub-5-Fs Laser." Applied Physics B: Lasers and Optics, vol. 65, no. 2, 1997, pp. 175-188. SCOPUS, www.scopus.com, doi:10.1007/s003400050262.

[14] Benabid, F., et al. "Stimulated Raman Scattering in Hydrogen-Filled Hollow-Core Photonic Crystal Fiber." Science, vol. 298, no. 5592, 2002, pp. 399-402. SCOPUS, www.scopus.com, doi:10.1126/science.1076408.

[15] Chen, Y. F., et al. "Optimization in Scaling Fiber-Coupled Laser-Diode End-Pumped Lasers to Higher Power: Influence of Thermal Effect." IEEE Journal of Quantum Electronics, vol. 33, no. 8, 1997, pp. 1424-1429. SCOPUS, www.scopus.com, doi:10.1109/3.605566.

[16] Chong, A., W. H. Renninger, and F. W. Wise. "All- Normal-Dispersion Femtosecond Fiber Laser with Pulse Energy Above 20 nJ." Optics Letters, vol. 32, no. 16, 2007, pp. 2408-2410. SCOPUS, www.scopus.com, doi:10.1364/OL.32.002408.

[17] Chung, I., and M. G. Kanatzidis. "Metal Chalcogenides: A Rich Source of Nonlinear Optical Materials." Chemistry of Materials, vol. 26, no. 1, 2014, pp. 849-869. SCOPUS, www.scopus.com, doi:10.1021/cm401737s.

[18] Dudley, J. M., et al. "Supercontinuum Generation in Air-Silica Microstructured Fibers with Nanosecond and Femtosecond Pulse Pumping." Journal of the Optical Society of America B: Optical Physics, vol. 19, no. 4, 2002, pp. 765-771. SCOPUS, www.scopus.com, doi:10.1364/JOSAB.19.000765.

[19] Kim, I. I., B. McArthur, and E. Korevaar. "Comparison of Laser Beam Propagation at 785 Nm and 1550 Nm in Fog and Haze for Optical Wireless Communications." Proceedings of SPIE - the International Society for Optical Engineering, vol. 4214, 2001, pp. 26-37. SCOPUS, www.scopus.com, doi:10.1117/12.417512.
[20] Gavarieva, K. N., Simonova, L. A., Pankratov, D. L., & Gavariev, R. V. (2017). Development of expert systems for modeling of technological process of pressure casting on the basis of artificial intelligence. Paper presented at the IOP Conference Series: Materials Science and Engineering., 240(1) doi:10.1088/1757-899X/240/1/012019 Retrieved from www.scopus.com

[21] Kasjanov, S. V., & Safarov, D. T. (2018). Mathematical modeling of the technological accuracy index deviation structure of the automobile parts. Paper presented at the IOP Conference Series: Materials Science and Engineering., 412(1) doi:10.1088/1757-899X/412/1/012039 Retrieved from www.scopus.com

[22] Khusainov, R. M., Yurasov, S. Y., & Kazargel’dinov, R. R. (2017). Preparations for production in unigraphics NX software. Russian Engineering Research, 37(4), 363-366. doi:10.3103/S106879981704013X

[23] Krastyaninov, P. M., & Khusainov, R. M. (2016). Selection of equipment for machining processing of parts using NX and TEAMCENTER programs. Paper presented at the IOP Conference Series: Materials Science and Engineering., 134(1) doi:10.1088/1757-899X/134/1/012041 Retrieved from www.scopus.com

[24] Shaparev, A. V., & Savin, I. A. (2017). Calculation of joint plastic deformation to form metal compound in cold condition. doi:10.4028/www.scientific.net/SSP.265.313 Retrieved from www.scopus.com

[25] Safronov, N. N., L. B. Mingaleeva, and I. A. Savin. "Optimization of Charge Material Composition in Shs Process with Ferrosilicide Fabrication from Gaseous Wastes of Metallurgical Production." Chernye Metally, no. 2, 2018, pp. 53-59. SCOPUS, www.scopus.com.

[26] Shaparev, A. V., and I. A. Savin. Influence of the State of the Contact Surfaces on the Formation of the Joint of Steel and Brass during Cold Cladding. vol. 284 SSP, 2018. SCOPUS, www.scopus.com. doi:10.4028/www.scientific.net/SSP.284.319.

[27] Kobiyakov, A., M. Sauer, and D. Chowdhury. "Stimulated Brillouin Scattering in Optical Fibers." Advances in Optics and Photonics, vol. 2, no. 1, 2010, pp. 1-59. SCOPUS, www.scopus.com. doi:10.1103/AOP.2.00001.

[28] Marhíc, M. E., et al. "Broadband Fiber Optical Parametric Amplifiers." Optics Letters, vol. 21, no. 8, 1996, pp. 573-575. SCOPUS, www.scopus.com. doi:10.1364/OL.21.000573.

[29] Medeiros, F. A., et al. "Comparison of the GDx VCC Scanning Laser Polarimeter, HRT II Confocal Scanning Laser Ophthalmoscope, and Stratus OCT Optical Coherence Tomograph for the Detection of Glaucoma." Archives of Ophthalmology, vol. 122, no. 6, 2004, pp. 827-837. SCOPUS, www.scopus.com. doi:10.1001/archophth.122.6.827.

[30] Nelson, L. E., E. P. Ippen, and H. A. Haus. "Broadly Tunable Sub-500 Fs Pulses from an Additive-Pulse Mode-Locked Thulium-Doped Fiber Ring Laser." Applied Physics Letters, vol. 67, 1995, pp. 19. SCOPUS, www.scopus.com. doi:10.1063/1.115477.

[31] Nisoli, M., S. De Silvestri, and O. Svelto, "Generation of High Energy 10 Fs Pulses by a New Pulse Compression Technique." Applied Physics Letters, vol. 68, no. 20, 1996, pp. 2793-2795. SCOPUS, www.scopus.com. doi:10.1063/1.116609.

[32] Ramamurthy, B., et al. "Impact of Transmission Impairments on the Teletraffic Performance of Wavelength-Routed Optical Networks." Journal of Lightwave Technology, vol. 17, no. 10, 1999, pp. 1713-1723. SCOPUS, www.scopus.com. doi:10.1109/50.793740.

[33] Renn, M. J., et al. "Laser-Guided Atoms in Hollow-Core Optical Fibers." Physical Review Letters, vol. 75, no. 18, 1995, pp. 3253-3256. SCOPUS, www.scopus.com. doi:10.1103/PhysRevLett.75.3253.

[34] Sanchez, F., et al. "Effects of Ion Pairs on the Dynamics of Erbium-Doped Fiber Lasers." Physical Review A, vol. 48, no. 3, 1993, pp. 2220-2229. SCOPUS, www.scopus.com. doi:10.1103/PhysRevA.48.2220.

[35] Vengsarkar, A. M., et al. "Long-Period Fiber-Grating-Based Gain Equalizers." Optics Letters, vol. 21, no. 5, 1996, pp. 336-338. SCOPUS, www.scopus.com. doi:10.1364/OL.21.000336.

About authors
Balabanov Igor Petrovich, born in 1979, graduated from the Kama Polytechnic Institute in 2001 with the degree in Mechanical Engineering. In 2006 he defended his thesis on the following topic: “Automated control system for shaping based on modeling the process of deviation development for a set of accuracy indicators (for example, turning operations)”. In 2009 he received the title of Associate Professor in the field (department) Automation and control by technological processes. He is the author of over 50 scientific papers.

Gabbasov Niyaz Rifikatevich, graduated from NCHFI KFU in 2019 with the degree in Automation of technological processes and production. Currently, he is a 1st year master student at the Naberezhnye Chelny Institute (branch) of the Kazan Federal University, the Department of Information Technologies and Energy Systems, the Department of Automation and Management. He was engaged in scientific work during the 4th year of the bachelor's degree. At the moment, he plans to enroll in graduate school.

Balabanova Olga Nikolaevna. In 1997 she graduated from the Kama State Polytechnic Institute, the Faculty of Economics, an expert in the field of economics and management (mechanical engineering). In 2000 she graduated from the postgraduate course of the Udmurt State University. In 2003 she received the title of Associate Professor. The sphere of her scientific interests: technological and economic efficiency of equipment in the field of mechanical engineering.